Spectroscopic Study of Poly(Vinylidene Fluoride)/Poly(Methyl Methacrylate) (PVDF/PMMA) Blend

Benabid FZ, Zouai F, Douibi A and Benachour D

1LMPMP, Faculty of Technology, Université Sétif-1, Algeria
2Unité de Recherche Matériaux Emergents, Université Sétif-1, Algeria

Abstract

Poly(vinylidene fluoride)/poly(methyl methacrylate) blends casted in the DMF could be used in the conservation of historic structures (monuments) exposed to atmospheric agents or as a coating to replace and maintain parts or missing pieces. This study deals with the effect of blending of PVDF to PMMA to enhance the properties and their properties were studied using the FTIR and UV-visible spectroscopy. In FTIR spectra, it was found that PVDF/PMMA blend casted in the Dimethylformamide (DMF) showed the superposition of the spectra of all compositions, with the exclusion of any chemical reaction between two polymers or the presence of the double bonds characteristic of PVDF dehydroflourination. The UV-visible spectroscopy before and after exposure to artificial weathering, showed that the PVDF is very stable (the invariant absorbance values at 200 nm wavelength after the equivalent of two years of aging). In contrast, the absorbance of PMMA has changed at the same wavelength explaining its tendency of degradation.

Keywords: Blend; PVDF; PMMA; Monuments

Introduction

The conservation and protection of historic monuments or culturally significant structures have recently attracted much attention from material scientists [1]. A few years ago, various synthetic polymers have been widely used in the treatment of construction materials of historical monuments for consolidation and conservation of such structures [2]. Using polymeric coatings for this area has created serious challenges for the surface science and technology. Some of the challenges are as follows [3,4].

Van Hees and Brocken [5] evaluated the salt growth in brick masonry specimens, coated with a water repellent, during a salt crystallization test. They demonstrated that the behavior of different salts on development of salt damages is completely different. However, it is demonstrated that the adsorption of dusts suspensions and water-soluble air pollutants decreases with increasing hydrophobicity of the surface of building materials [1]. The fluorine substitution of the hydrogen atoms present in a macromolecular chain improves the heat resistance and chemical resistance, delays or inhibits flame propagation, lowering the critical surface tension and exalts the dielectric characteristics [6].

Acrylic resins undergo deterioration face conditions under UV radiation and their climatic exposure causes degradation of their structure. However, their physical characteristics and low price always consider important research topics. In this research work, the focus was on the development of films of PVDF and PMMA blends and their spectroscopic analysis (FTIR and UV-visible spectroscopy).

Materials and Methods

PVDF (Hylar 5000), special coating as a white powder, manufactured by Ausimont, Italy [7] and PMMA (Vedril’ Spa-Resina Metacrilica) manufactured by Mont Edison, Italy were used [8]. The PVDF/PMMA films were obtained by casting each polymer separately in with 1% concentration of the polymer in the solvent (DMF) at temperature, 70°C (Table 1).

|  | 100 | 90 | 80 | 70 | 60 | 50 | 40 | 30 | 20 | 10 | 0 |
|---|---|---|---|---|---|---|---|---|---|---|---|
| PVDF (%) |  |  |  |  |  |  |  |  |  |  |  |
| PMMA (%) | 0 | 10 | 20 | 30 | 40 | 50 | 60 | 70 | 80 | 90 | 100 |

Table 1: Compositions in volume percentage of different compositions proposed in this study.

FTIR spectroscopy

Fourier-transform infrared spectroscopy (FTIR) spectra were recorded by means of a Perkin Elmer Spectrum 1000 spectrometer with a wavenumber resolution of 4 cm⁻¹ in the range from 450 to 4400 cm⁻¹, using attenuated total reflection.

Each spectrum results from an average of 200 scans to detect any changes in the chemical structure of various compositions of PVDF/PMMA blends before and after exposure to artificial weathering (Xeno Test and Salt Spray) according to ISO 11507:1997(F) and ISO 7253:1996(F) respectively.

UV-visible spectroscopy

The UV-visible spectroscopy was performed using a Unicam UV 300 spectrophotometer to determine the evolution of the absorbance of various compositions of PVDF/PMMA blends before and after exposure to artificial weathering (XENO Test and Salt Spray).

*Corresponding author: Benabid FZ, LMPMP, Faculty of Technology, Université Sétif-1, Algeria, Tel: 231555177119; E-mail: fzbenabid@yahoo.fr

Received August 25, 2015; Accepted September 28, 2015; Published October 05, 2015

Citation: Benabid FZ, Zouai F, Douibi A, Benachour D (2015) Spectroscopic Study of Poly(Vinylidene Fluoride)/Poly(Methyl Methacrylate) (PVDF/PMMA) Blend. J Adv Chem Eng 5: 137. doi:10.4172/2090-4568.1000137

Copyright: © 2015 Benabid FZ, et al. This is an open-access article distributed under the terms of the Creative Commons Attribution License, which permits unrestricted use, distribution, and reproduction in any medium, provided the original author and source are credited.
Results and Discussion

FTIR spectroscopy

FTIR spectra of PVDF/PMMA blends showed the spectral superposition of all the compositions where the exclusion of any chemical reactions between the two polymers.

The results of the FTIR of the PVDF/PMMA blend solutions in the DMF (Figures 1, 2 and 3) showed the appearance of a band at 3470 cm\(^{-1}\) for the PVDF and at 3538 cm\(^{-1}\) for the PMMA corresponding to the hydrogen bonds of the hydroxyl group initiated by the solvent. The DMF is also the source of the occurrence of the stretching vibration of C=O amide 1673 m\(^{-1}\) and for the PVDF to 1675 cm\(^{-1}\) for the PMMA.

In the films of PVDF/PMMA blend before and after exposure to artificial weathering and to the salt spray it is noted that the bands at 510, 839, 880 and 1406 cm\(^{-1}\) are those of the β crystallinity phase of the PVDF \[9,10\]. The α-phase is identified by the presence of peaks at 763 and 948 cm\(^{-1}\) \[11,12\].

It should be noted that according to the literature \[12,13\], the increase in the temperature reduces the presence of the crystallization of the β phase and it is clear that for a high proportion of this phase must perform complete drying films at 75°C. The strong band at 1233 cm\(^{-1}\) is due to CF\(_2\) and while the CH bonds showed peaks at 2980 and 3022 cm\(^{-1}\). The deformation of CH\(_2\) bonds is located at 1429 cm\(^{-1}\).

Concerning the PMMA, a strong peak at 750 cm\(^{-1}\) present identifying the ρ (C-H\(_2\)) rocking; The C-O-C bond (ether ester) is indicated by the presence of peaks at 1151 and 1256 cm\(^{-1}\). The peaks at 1438 and 1458 cm\(^{-1}\) are characteristics of C-H bonds(bending) and the one at 1720 cm\(^{-1}\) is due to presence of carbonyl group (C=O). Peaks characterizing the vibration of symmetric and asymmetric -CH stretching are at 2859 and 2930 cm\(^{-1}\) respectively.

UV-visible spectroscopy

In the Table 2 and Figure 4 showing the absorbance variations a function of the different compositions of the PVDF/PMMA blends in solution in DMF before and after exposure to artificial weathering and salt spray.

The Table 2 concerning films, before and after exposure to artificial weathering, it has been observed that for the PVDF, the absorbance value is the same compared to the reference film (before aging) (0.914) and that after exposure to artificial aging (0.927) which explains the stability of PVDF even after the equivalent of two years of aging.

However for the PMMA, the absorbance values changed compared to the reference film (before aging) (1.690), that after exposure to artificial aging (0.565) which explains the tendency of PMMA degradation.

The Table 3 concerning films, before and after exposure to salt spray, it has been observed that for the PVDF, the absorbance value is the same compared to the reference film (before exposure) (0.914) and that after exposure to salt spray (0.905) which explains the stability of PVDF.

However for the PMMA, the absorbance values changed compared to the reference film (before exposure) (1.690), that after exposure (0.661) which explains the tendency of PMMA degradation. The Figure 4 which represents the absorbance variation as a function of the different compositions of the PVDF/PMMA blends dissolved in the DMF showed that there is a synergism with an optimum at 30/70.

Conclusion

From the different results obtained, it can be concluded that the infrared spectroscopy (FTIR) of PVDF/PMMA blends casted in the
Figure 2: Evolution of IR transmittance (%) of the different compositions of the PVDF casted in the DMF as a function of the wave number (cm⁻¹).

Figure 3: Evolution of IR transmittance (%) of the different compositions of the PVDF/PMMA (50/50) casted in the DMF as a function of the wave number (cm⁻¹).
DMF showed the superposition of the spectra of all compositions where the exclusion of any chemical reactions between two polymers or the presence of the double bonds characteristic of deshydrofluoration. On the other hand, the PVDF/PMMA studied blend showed the presence of two crystallinity phases α and β. The UV-visible spectroscopy showed that the PVDF is very stable (the invariant absorbance values at 200 nm wavelength) after the equivalent of two years of aging. In contrast, the absorbance of PMMA has changed at the same wavelength (200 nm), which explains its tendency to degradation. The UV-visible spectroscopy showed that for the various compositions of the PVDF/PMMA blends dissolved in the DMF, the absorbance increased and therefore the solubility of the blend.

### References

1. Sadat-Shojai M, Ershad-Langroudi A (2009) Polymeric Coatings for Protection of Historic Monuments: Opportunities and Challenges. J Appl Polym Sci 112: 2535-2551.
2. Favaro M, Mendichi R, Ossola F, Russo U, Simon S, et al. (2006) Evaluation of polymers for conservation treatments of outdoor exposed stone monuments. Part I: Photo-oxidative weathering. Polym Degrad Stab 91: 3083-3096.
3. Micloinoval D - New Materials for the Protection of Cultural Heritage.
4. Han JT, Zheng Y, Cho JH, Xu X, Cho K (2005) Stable superhydrophobic organic-inorganic hybrid films by electrostatic self-assembly. J Phys Chem B 109: 20773-20778.
5. Van Hees RPJ, Brooken HJP (2004) Damage development to treated brick masonry in a long-term salt crystallisation test. Constr Build Mater 18: 331-338.
6. Teng H (2012) Overview of the Development of the Fluoropolymer Industry. Appl Sci 2: 496-512.
7. http://www.Solvaysolexis.com/pdf/Hylar5000_lg.pdf
8. http://www.Plasticstechnology.com/articles/200210bib1.html
9. Davis BL, Perry JE, Neth DC, Waters KC (1998) A Device for Simultaneous Measurement of Pressure and Shear Force Distribution on the Planter Surface of the Foot. J Applied Biomechanics 14: 93-104.
10. Gregorio R, de S Nociti NCP (1995) Effect of PMMA addition on the solution crystallization of the α and β phase of poly(vinylidene fluoride) (PVDF). J Phys D: Appl Phys 28: 432-436.
11. Lu FJ, Hsu SL (1986) Study of the crystallization behavior of poly(vinylidene fluoride) from melt under the effect of an electric field. Macromolecules 19: 326-329.
12. Suect M, Kressler J, Kammer HW (1987) The miscibility window of poly(methylmethacrylate)/poly(styrene-co-acrylonitrile) blends. Polymer 28: 957-960.
13. Gregorio R, Cestari M (1994) Effect of crystallization temperature on the crystalline phase content and morphology of poly(vinylidene fluoride). Polymer Physics 32: 859-870.

### Table 2: Absorbance variation versus different compositions of PVDF/PMMA blends at before and after exposure to artificial weathering at wavelength of 200 nm.

| Absorbance | PVDF | PMMA |
|------------|------|------|
| Before exposure | 0.914 | 1.690 |
| After exposure | 0.927 | 0.565 |

### Table 3: Absorbance variation versus different compositions of PVDF/PMMA blends at before and after exposure to salt spray a wavelength of 200 nm.

| Absorbance | PVDF | PMMA |
|------------|------|------|
| Before exposure | 0.914 | 1.690 |
| After exposure | 0.905 | 0.661 |

### Figure 4: Absorbance Evolution as a function of the different compositions of PVDF/PMMA blend at a wavelength of 200 nm.